Oxygen gas transfer through oak barrels: a macroscopic approach

Remy Junqua1,2, Liming Zeng3 and Alexandre Pons1,2,*

1 Unité de recherche Œnologie, EA 4577, USC 1366 INRAE, ISVV, Université de Bordeaux, Bordeaux INP, 33882, Villenave d'Ormon, France.
2 Seguin Moreau cooperage, ZI Merpins, Cognac, France.
3 Changins - Haute École de Viticulture et Œnologie, Nyon 1, Suisse.

*corresponding author: alexandre.pons@u-bordeaux.fr
Associate editor: Jorge M. Ricardo-da-Silva

Abstract

The oak barrel maturation step is nowadays strongly rooted in the production of quality wines. Two main physico-chemical phenomena contribute to the modification and improvement of wine: the solubilisation of volatile and non-volatile wood compounds concomitant with the dissolution of oxygen from the air into the wine. Indeed, wood is a porous material and gas transfer (especially oxygen transfer, expressed as oxygen transfer rate or OTR) through oak barrels, is an intrinsic parameter which ensures wine oxygen supply during maturation. Due to its oenological impact, it has been actively studied over recent decades using several approaches based on the same principle: the monitoring of oxygen in a model wine solution in the barrel. This project aimed at assaying barrel OTR by using a new tool based on the theoretical knowledge of gas transfer through porous materials. An oxygen concentration gradient was created on each side of a barrel kept in an airtight stainless-steel tank. The concentration of the oxygen in the atmosphere around the barrel was monitored in order to quantify oxygen transfer, thus the avoiding common drawbacks of interactions between dissolved oxygen ingress kinetics and the consumption of oxygen in the liquid phase by wood components. This study reports for the first time, the diffusion coefficient of entire oak barrels (Q. sessilis) to be between 10^{-10} and 10^{-9} m^2/s, and it contributes to increasing knowledge on the complex phenomena driving oxygen ingress during the maturation of wine in barrels kept in cellar conditions. The results highlight the important role of wood moisture content in oxygen transfer, and provides a simple and reliable parameter to monitor it: the weight of the barrel. Following methodology developed by the authors, the OTR of a new oak barrel was found to be 11.4 mg/L per year. Taking into account the oxygen released through the wood pores, a new barrel will contribute 14.4 mg/L per year of oxygen to the wine, of which 46 % in the first three months of aging.

Keywords

Permeability, oak barrel, oxygen, transfer, OTR, aging, oxidation, wine.
INTRODUCTION

For centuries, wooden barrels have been used to store, carry and sell wines. Nowadays, it is well known and described from a chemical point of view that maturation in oak barrels profoundly modifies the intrinsic composition of wines and shapes their quality. These modifications result from complex phenomena associated with the solubilisation of volatile and non-volatile compounds in the wine, accompanied with the slow ingress of small quantities of oxygen (Boidron et al., 1988; Michel et al., 2011). For these reasons, oak barrels are considered as active vessels. For decades, numerous studies have contributed to a better understanding of the barrel aging impact on the colour, aroma and taste of wine (Chatonnet and Dubourdieu, 1998; Prat-García et al., 2020). Nevertheless, it is widely accepted that the oxygen absorbed by wine during maturation in barrels comes from the atmospheric air and from the pores of the oak wood barrel (del Alamo-Sanza and Nevares, 2014; Qiu et al., 2018). Using the same analytical approach as Ribéreau-Gayon (1933), a study conducted almost 25 years ago showed that 21 % of the oxygen entered through the bung, 63 % through the gaps between the staves, and only 16 % through the staves (Vivas and Glories, 1997). It was estimated that the amount of annual oxygen entry was from 10 mg/L per year for five-year-old barrels to 45 mg/L per year for new very fine grain barrels. More recently, Nevares et al. (2014) confirmed that oxygen is transferred through the oak wood of wine barrels in a study using optical sensors and a high-resolution colour camera. Additional experiments led the same team (del Alamo-Sanza et al., 2017) to conclude that oxygen ingress via the bung was negligible, while 46 to 72 % of oxygen ingress occurred via the oak wood, meaning that wood is a much more important entry point than the gaps between the staves. In the field of material science, oak wood can be considered as a porous solid. The flow of fluids through wood is only possible in two ways: via bulk flow, according to Darcy’s law, and via diffusive flow, according to Fick’s law. As oak wood is not permeable to liquid, bulk flow can be limited to the first millimetres of wood impregnation - where the voids are interconnected - due to hydrostatic pressure. At the same time, diffusion of gases and vapor occurs through the cell lumen and boundaries. Sorz and Hietz (2006) showed that the oxygen diffusion coefficient of *Quercus robur* wood is 21 times higher in the axial direction than in the radial direction (6.9x10^8 vs 32x10^-8 m²/s). They also found diffusion through the wood at 40 % gas content to be five times higher than diffusion through wood at 15 % gas content, thus highlighting the role of wood moisture content in gas transfer. Similar results were obtained by del Alamo-Sanza and Nevares (2014) in a study using a fine-grain American oak (*Q. alba*) barrel: most of the oxygen was dissolved in the first two months after barrel filling, followed by a steady state phase characterised by low continuous oxygen ingress. A total of 11.62 mg/L of oxygen was dissolved during the year. Using luminescence technology, Martínez-Martínez et al. (2019) estimated the OTR to be between 7.3 and 8.9 mg/L a year for *Q. petraea* wood samples. A more recent study (Prat-García et al., 2020) showed oxygen transfers of 11.9 to 22.8 mg/L per year in barrels made out of oak wood staves classified according to image analysis. Furthermore, Qiu et al. (2018) found that gaps between staves were an important entry point for oxygen ingress; by measuring oxygen transfer with a permeameter trough stave junction, they concluded that transfer is strongly dependent on...
the pressure applied between staves, as well as the quality of the contact surface. Indeed, at 20 bar of pressure between staves, they measured a very limited oxygen transfer, in contrast to that measured at 3 bar.

The second source of oxygen ingress is wood pores. As reported by several authors (Plötze and Niemz, 2011; Diaz-Maroto and Tahir, 2019), the porosity of oak wood is known to be approximately 0.6. Once in contact with wine, the oxygen naturally contained in oak wood cells is desorbed progressively as the first millimetres of wood are flooded; about 10 mg/L of oxygen is thereby provided in the first month of aging in a standard 225 L barrel (Qiu et al., 2018). This observation has also been reported for aging using stave and chips by Fons et al. (2014) and García-Estévez et al. (2017). These authors also highlighted the difference between the theoretical oxygen quantity released by wood and the lower measured dissolved oxygen content due to oxygen consumption by ellagitanins or hydrosoluble compounds. Prat-García et al. (2020) recently reported an oxygen release of 1.3 to 1.8 mg/L due to desorption nine days after barrel filling. When wood staves are impregnated with a model solution or wine, two antagonistic dynamic

| Oxygen Transfer Rate per year | Barrel type | Method | Authors |
|------------------------------|-------------|--------|---------|
| 5 mg/L                        | Sealed barrels | Kinetics of SO4\(^{2-}\) formation | Ribéreau-Gayon (1933) |
| 15 to 45 mg/L                 | Sealed barrels | N-A* | Frolov-Bagreev and Agabal’iants (1951) |
| 28 mg/L                       | Unsealed barrels | | |
| 36 mg/L                       | Sealed barrel, bunghole on the side | | |
| 45 mg/L                       | Silicone bung to ensure an airtight seal | | |
| 19.5 mg/L                     | New barrels Limousin (wild grain) | Kinetics of SO4\(^{2-}\) formation | Vivas and Glories (1997) |
| 28 mg/L                       | New barrels Centre (tight grain) | | |
| 10 mg/L                       | 5-year-old used barrels, Centre (tight grain) | | |
| 32 ± 5.6 mg/L                 | New barrels, American Oak (Q. alba) | dissolved oxygen optoluminescent dipping probe | Nevares et al. (2014) |
| 27 ± 2.3 mg/L                 | New barrels, French Oak (Q. petraea) | | |
| 11.3 ± 0.9 mg/L               | 4 new medium grain American Oak barrels | Dynamic one-year OTR measurement in a barrel | del Alamo-Sanza and Nevares (2014) |
| 11.7 ± 1.5 mg/L               | 4 new tight grain American Oak barrels | Measurement with a dissolved oxygen optoluminescent dipping probe | |
| 8.2 ± 0.5 mg/L                | 4 new tight grain French Oak barrels | | |
| 22.8 mg/L                     | High OTR barrel (Q. petraea) | Classification of wood by image analysis of staves | Prat-García et al. (2020) |
| 11.9 mg/L                     | Low OTR barrel (Q. petraea) | Measurement with a dissolved oxygen optoluminescent dipping probe | |
| 14.4 mg/L                     | Commercial barrel (Q. petraea) | | |

* Not Available
phomena occur with quite similar kinetics. In the particular case of oak wood chips, the air trapped in the wood pores is quickly released in the first three days, and the dissolved oxygen in the model solution increases (Pons et al., 2014). In parallel, hydrosoluble wood compounds are released and oxidation reactions start. According to García-Estévez et al. (2017), the majority of air trapped in the wood pores of oak chips is released after 5 to 10 days, and the oxygen consumption in the model solution becomes higher than the oxygen released until all dissolved oxygen is consumed after 55 days. Knowing that red wine contains a lot of compounds highly reactive to oxygen, including the ellagitanins released during oak-wood aging, these observations underline the limits to the technique for measuring dissolved oxygen content in wine when it comes to quantifying oxygen transfer in active vessels.

The aim of the present study was thus to develop a new method for oak barrels adapted from traditional membrane permeability measurement techniques for commercial cork stoppers (Karbowiak et al., 2010). A macroscopic approach was used based on the hypothesis that the barrel can be considered as a “membrane” separating the wine from the atmosphere and for which the classical diffusion laws apply. A hermetic tank was built, and the barrel was stored inside it to study gas/gas transfer. The results of the analysis of gaseous oxygen variation within the atmosphere surrounding the barrel could contribute to significantly improving knowledge of oxygen transfer during wine aging in barrels.

MATERIALS AND METHODS

1. Gas measurement

A NomaSense O₂ P6000 and a Pst 3 sensor (Nomacorc, USA) were used to monitor the evolution of oxygen concentration in the tank and the barrel. The measurement range was 0-100 % O₂, and the detection limit was 0.03 % O₂ (according to the manufacturer). For the oxygen compensation measurements, the system unit was stored inside the tank in order to record the internal temperature and pressure at the same time. The probe was placed at bung height in the same place for all the experiments. The system was calibrated using CO₂ (4.5 grade, Linde AG, Germany) and atmospheric air at 20.95 % O₂. During the experiment, the measurements were automated and recorded every 10 min.

2. Hermetic tanks

Two stainless steel hermetic tanks tailored to contain a barrel were manufactured by BELLOT Company (Gradignan, France). A door at one end of the tank and sealed with elastomer joints and vacuum PTFE grease gave access to the barrel inside. A small trap door was located on the top of the tank for CO₂, O₂ and air injection. Figure 1 shows the tanks in opened and closed positions. The total volume of a tank was 1522 L (according to the manufacturer).

3. Barrel selection

A total of 10 brand-new 225 L classic Bordeaux barrels with 6 hoops and made out of French oak wood (Quercus petraea) were provided by Seguin Moreau Cooperage (Cognac, France).

![FIGURE 1. Schematic representation of the stainless-steel tanks in open (loading position) and closed (ready to assay OTR) positions.](image)
Each barrel had undergone a water pressure test by the manufacturer to ensure the absence of leakage. They were delivered with a silicone bung of 50 mm in diameter. Table 2 gives detailed information about the barrels as provided by the cooper. The external volume of each barrel selected for the study was calculated using parabolic formula; the volumes varied from 283 to 287 L depending on the stave thickness of the barrels. The average weight of a standard 21 mm barrel was 38.5 kg at delivery. Before each assay, the external surface of the oak barrels was cleaned with absolute ethanol in order to prevent the development of mould during the experiment in the closed tank.

### TABLE 2. Characteristics of the brand-new 225 L oak wood barrels.

| Barrel code | Weight (kg) | Stave thickness (mm) | Toasting* | Grain** |
|-------------|-------------|----------------------|-----------|---------|
| B1          | 38.9        | 21                   | medium-long | Fine   |
| B2          | 36.8        | 15                   | medium-long/open | Fine |
| B3          | 44.6        | 27                   | medium-long | extra-fine |
| B4          | 55.5        | 34                   | medium-long/open | Fine |
| B5          | 36.9        | 21                   | medium-long | Fine   |
| B6          | 37.7        | 21                   | medium-long | Fine   |
| B7          | 40.4        | 21                   | medium-long | Fine   |
| B8          | 38.2        | 21                   | medium-long | Fine   |
| B9          | 46.9        | 27                   | medium-long | Fine   |
| B10         | 37.9        | 21                   | medium-long | Fine   |

* According to the manufacturer.
** According to the manufacturer, extra-fine (< 2 mm) and fine (2–3 mm).

### 4. Barrel hydration protocols

In order to evaluate the effect of hydration protocols on OTR level, a different protocol was followed for each of three barrels of identical stave thickness and toasting level: 1) The bottom of Barrel 6 was filled with 20 L of cold water (15 °C) and then closed with the bung; the barrel was stored vertically for 12 hr then turned upside down and left for another 12 hr, 2) Barrel 5 was completely filled (225 L) with cold water (15 °C) and then the bung hole was closed with a bung; the full barrel was left for 48 hr and then emptied, and 3) Barrel 7 was hydrated for 12 and 22 min using a vapour generator (Vapo-Clean from R-tech Solutions, France) capable of producing 30 kg/h of vapour; the vapour was released inside the barrel through a stainless-steel stick output. All the remaining barrels were simply filled with cold water during the desired time in order to reach different moisture contents. They were then weighed before the OTR measurement.

### 5. Moisture content calculation

Wood is a hygroscopic material; i.e., wood gains or loses moisture from the air and/or the liquid depending on the conditions of the surrounding environment. Water can migrate into wood in three ways: i) as a fluid through the cell lumens via capillary tension, ii) as vapour through the cell lumens, and iii) via molecular diffusion through the cell walls. The moisture content of wood can be calculated from the relationship between the mass of water in the wood and the mass of the wood without the water. As the absolute dry mass of a barrel remains unknown, we calculated a relative variation of moisture content (ΔMC; Eq.1), based on the difference between the actual barrel mass (m_h) and the lowest barrel mass (m_i).

\[
\Delta MC(\%) = \frac{m_h - m_i}{m_i} \times 100 \tag{Equation 1}
\]

### 6. Diffusion coefficient and OTR calculation

As soon as they come into contact with liquid, extractable oak wood compounds, like lignanes, coumarines, ellagitanins and lactones, progressively dissolve in the liquid phase. As a consequence, when using an oxygen dipping probe in the liquid, the total oxygen ingress evaluation could be distorted by the consumption of oxygen by these compounds (García-Estévez et al., 2017; Pons et al., 2014; Pascual et al., 2017), as well as by the dynamic evolution of the barrel moisture content during the measurement. In the present study, this was overcome by working in the gas/gas phase for barrel characterisation, as is already widely-applied in research in oenology for the monitoring of gas/gas OTR of stoppers. A barrel-tank characterisation system equivalent to a membrane characterisation system, with two individual spaces separated by oak wood of the barrel (Figure 2), was used in this study.
The initial trials were conducted with new oak barrels filled with CO₂ (< 1 % O₂) and surrounded by atmospheric air (21 % O₂), but the time required to reach a steady state to perform one measurement was 20 days and was thus not suitable to study multiple barrels. This parameter was excessively long due to the relatively low oxygen concentration gradient and to the low permeability of oak wood to oxygen. Therefore, in order to decrease the time required for each experiment, the barrels were filled with air saturated by approximately 90 % oxygen, then closed tightly with a silicone bung before storage in the middle of the tank. Once the tank was closed, it was filled with CO₂ (O₂ dropped to approximately 3 % saturation). A high oxygen gradient concentration was thereby created between the inside of the barrel and the inside of the tank, increasing the flow of oxygen through the wood and allowing the diffusion coefficient to be determined within 4 to 7 days. In this experiment, the diffusion of oxygen occurred from the inside to the outside of the barrel; it was important to measure the quantity of oxygen passing through the barrel without modifying the integrity of the barrel by passing probes through the wood.

The permeation of gases through the wood with a thickness \( d \) (m) was calculated with an equation (eq.2) based on Fick’s first law (Ruiz de Adana et al., 2005; Sorz and Hietz, 2006):

\[
V_t \frac{dx_t}{dt} = \frac{A \cdot D}{d} (x_{f,\text{final}} - x_t) \quad \text{(Equation 2)}
\]

where \( V_t \), \( dx/dt \) is the volumetric flow of gas transported per unit time (m³/s) from the inside of the barrel (volume \( V_b \)) to the outside (volume \( V_t \)).

This is proportional to the oxygen fraction gradient (\( \Delta x = x_{f,\text{final}} - x_t \), where \( x_{f,\text{final}} \) is the oxygen fraction at equilibrium and \( x_t \), the oxygen fraction recorded over time) from the outside of the barrel to its inner surface \( A \) (m²). The constant \( D \) is the diffusion coefficient (m²/s). In such a closed system, the principle of mass conservation applies and the final concentration (at equilibrium) can be calculated as follows (eq.3):

\[
x_t \cdot V_t + x_b \cdot V_b = x_f (V_t + V_b) \quad \text{(Equation 3)}
\]

Equations 2 and 3 were merged (eq.4) and solved by using boundary conditions (eq.5):

\[
\int_{x_f}^{x_f} \frac{dx_t}{x_f - x_t} = \beta \cdot D \cdot \int_0^t dt \quad \text{(Equation 4)}
\]

\[
f(x_t) = \ln \left( \frac{x_t - x_f}{x_f - x_f^0} \right) = -\beta \cdot D \cdot t \quad \text{(Equation 5)}
\]

With \( \beta = \frac{A}{d \cdot V_t} \left( 1 + \frac{V_t}{V_b} \right) \)

The diffusion coefficient of barrel D was obtained from the experimental data \( x_t = f(t) \) plotted according to Equation 5. This linearisation method allowed \( D \) to be calculated from the experimental data acquired in a short time.

From the obtained coefficient \( D \), it was possible to estimate the Oxygen Transfer Rate (OTR) of oxygen passing from atmospheric air to the wine via wood of the oak barrel. The concentration of dissolved oxygen inside the barrel was assumed to be close to 0 mg/L (the oxygen consumption rate in the wine is faster than the oxygen ingress rate), and the dissolved oxygen concentration at the interface between air and wet wood to be...
proportional to the partial pressure of oxygen in the atmospheric air, according to Henry’s law. However, the saturated concentration of oxygen in wine depends on multiple parameters, such as temperature, type of wine or alcohol content. In this study, an oxygen concentration of 7.4 mg/L was used for all the calculations (with wine at 19 °C), as used by Devatine et al. (2007). It was possible to estimate the OTR by inserting the experimental diffusion coefficient into equation 2 (eq.6):

\[
\text{OTR} = D \cdot \frac{A \cdot 7.4}{d \cdot V_b}
\]  
(Equation 6)

RESULTS AND DISCUSSION

1. Gas tightness test

The gas tightness of stainless-steel tanks is of primary importance for the development of a gas/gas transfer method. In this study, two tanks were submitted to a gas tightness test before use. With the main end door closed, CO₂ was injected through the top hole until the concentration of O₂ inside the tank had decreased from around 21 % to lower than 5 %. The trap door of the top hole was then closed. The concentration of O₂ was monitored for three weeks. For both tanks, the gas tightness was calculated to be lower than < 0.001 %/day. This very low transfer enabled the gas exchange in each barrel to be accurately monitored.

2. Initial diffusion coefficient of brand-new barrels

The diffusion coefficient of 10 brand new barrels - described in Table 1 - was measured using the tank system described earlier. An example of data processing is given in Figure 3, where the function of oxygen fraction in the tank (\(x_t\)) is plotted against time, according to equation 5. In this case, a high coefficient of determination (R² = 0.999) was obtained for a diffusion coefficient of 1.94x10⁻⁹ m²/s.

![FIGURE 3](image)

**FIGURE 3.** Example of experimental data linearisation \(f(x_t)/\beta = f(t)\). The slope represents the diffusion coefficient \(D\) in m²/s.

![FIGURE 4](image)

**FIGURE 4.** Example of the diffusion coefficients of 10 new oak barrels (Q. sessilis).
The initial D values of the 10 barrels ranged from $3 \times 10^{-10}$ to $2 \times 10^{-9}$ m²/s (Figure 4) with a good repeatability in the two measurements for each barrel. These results show that the D-values of barrels can be very heterogeneous when the barrels are used for the first time. The main factor that could explain this range is wood moisture content, as similarly reported for oak barrels by Nevares *et al.* (2014) and for corks by Fonseca *et al.* (2013). Indeed, some barrels were stored in our lab for weeks before D measurement, while others were characterised immediately at delivery. This result indicates the importance of barrel moisture content before use in order to ensure the homogeneity of the diffusion coefficient.

3. Influence of barrel preparation on diffusion coefficient

Oak wood, like many natural products, is considered to be a hygroscopic material: it naturally absorbs or releases moisture in the form of water vapour from or to the air. Empirically, an expression of this phenomenon – which is well known by wine makers – is that when empty oak wood barrels are stored for a long time, they lose their watertightness (and thus start leaking), and they thus need to be filled with water before use. Coopers deliver finished barrels as quickly as possible, and the winemakers are advised to do barrelling at their earliest convenience after reception.

Coopers usually also recommend that the brand-new barrels be soaked before being filled with wine. The main reason is to swell the wood and thus avoid any leakage of liquid by forming a tight seal. Another reason is to remove residual sawdust and the harshest of the tannins. The manufacturers recommend several ways to soak the barrels; for example, filling them with a few litres of hot water and bunging them for two hours; actively rinsing for five minutes with hot water; filling them with cold water and leaving for 24 or 48 hours; or filling with hot water and leaving for 24 hours. All these processes have different cost in terms of water consumption and labour, and their impact on the diffusion coefficient is not precisely described in literature.

In this experiment, each of three barrels (21 mm thickness) was prepared following one of the following procedures generally recommended by coopers and described earlier in the barrel hydration protocols section. For each treatment, the water consumption, the relative humidity percentage corresponding to the increase in barrel mass after the hydration process (ΔMC) and diffusion coefficient (D) were determined after each treatment, as summarised in Table 3. As can be seen, the diffusion coefficients of the three barrels were reduced by a factor of 10 compared to the corresponding control barrels. Water consumption is shown to be equivalent when comparing the vapour and 20 L hydration treatments, but with vapour treatment reducing the preparation time from 24 h to 12 min. The diffusion coefficient of the 48 hours whole barrel treatment was found to be similar to a 22 min vapour treatment, but with the latter consuming only 11 L of water instead of the 225 L consumed in the former. As a consequence, vapour treatment seems to be a great alternative for winemakers in terms of water and time saving.

| Barrel | Preparation mode (20L) | Preparation time | Water consumption (L) | ΔMC (%) | D (m²/s) |
|--------|------------------------|------------------|-----------------------|---------|---------|
| 6      | Hydration of barrel bottoms | Control          | 0                     | 0.0     | 1.4 x 10⁻⁹ |
|        |                        | 24 h             | 20                    | 1.9     | 3.8 x 10⁻¹⁰ |
| 5      | Whole barrel hydration | Control          | 0                     | 0.0     | 1.8 x 10⁻⁹ |
|        |                        | 48 h             | 225                   | 4.3     | 2.0 x 10⁻¹⁰ |
|        |                        | Control          | 0                     | 0.0     | 2.0 x 10⁻⁹ |
| 7      | Water vapour           | 12 min           | 6                     | 2.0     | 3.4 x 10⁻¹⁰ |
|        |                        | 22 min           | 11                    | 3.2     | 1.7 x 10⁻¹⁰ |
|        |                        | 42 min           | 21                    | 4.2     | 1.1 x 10⁻¹⁰ |
4. Impact of the oak barrel moisture content on the evolution of the diffusion coefficient

During the previously described experiment, we observed that the diffusion coefficient decrease was concomitant with a relative mass increase. Therefore, in order to evaluate the relationship between the moisture content and the diffusion coefficient of a barrel more precisely, the diffusion coefficient of an oak barrel (B1) was evaluated at different levels of moisture content (Figure 5).

As reported by other authors (del Alamo-Sanza and Nevares, 2014; Sorz and Hietz, 2006; Vivas et al., 2003), this trend indicates that the moisture content of wood has a fundamental role in the oxygen diffusion coefficient of a barrel.

In order to further support our observation, we extended our experiment to include nine more barrels from our selection. These were weighed and monitored at two different moisture contents for different diffusion-coefficients (initial “i” and hydrated “h”). As the absolute humidity content (not measured in this study) of the barrels would have been required to compare them, the ratio of the two diffusion-coefficients (initial and hydrated) for each of the nine barrels was calculated and plotted against the corresponding ΔMC (Figure 6).

Regardless of the thickness of the staves, the Dh/Di ratio of all the barrels seems to be highly correlated to ΔMC through an exponential function. Such behaviour has been observed for conifers by Sorz and Hietz (2006), even though they found a more linear relationship for Quercus wood. However, in this study, the measurement is based on an entire wood barrel, and the exponential decrease in diffusion based on moisture content can be explained by a combination of multiple phenomena occurring simultaneously. First, when a barrel is filled, a physical expansion of the wood caused by the absorption of liquid occurs.

![Figure 5. Evolution of the diffusion coefficient D of oak barrel B1 according to the relative increase in moisture content (ΔMC).](image)

![Figure 6. Ratios of initial (Di) and hydrated (Dh) diffusion-coefficients of 9 new oak barrels (B1) (B2) ■ (B3) ○ (B5) * (B4) □ (B6) ◆ (B8) ▲ (B9) △ (B10) against their corresponding ΔMC.](image)
As a consequence, the pressure between the staves may increase, thus decreasing oxygen transfer (Qiu et al., 2018). In parallel, the increase in MC during hydration is due to the advance of the moisture from the inside of the barrel (which is in contact with the liquid) to the outside of the barrel (which is in contact with the air). As described by Singleton (1995), the liquid saturates the cells and vessels of the wood in a free fluid state. Progressively and towards the outside, the free liquid decreases and the gas content of the lumens increases. At a certain point, there is no more free liquid and the lumens are filled with gas and vapor only. The more waterlogged the wood is, the lower the diffusion coefficient. Ruiz de Adana et al. (2005) established a model to describe this phenomenon and calculated a diffusion coefficient of 1.05x10^{-11} m²/s for the internal side of the stave and 1.33x10^{-8} m²/s for the external side. These results correspond well to the measured global coefficients in the present study (from 2x10^{-10} m²/s for the “hydrated” state to 3x10^{-9} m²/s for the “dry” state). However, the diffusion coefficient of oxygen is known to be 2x10^{-5} and 2x10^{-9} m²/s in air and water respectively (Sorz and Hietz, 2006). In water only and in dry wood, the two oxygen diffusion coefficients were found to be rather similar, making it impossible to determine which one is limiting the diffusion. In terms of hydrated wood, there is a difference in an order of magnitude of 2 or 3 between the two diffusion coefficients, meaning that the interactions between cell walls and water are the main limiting diffusion factors in this case.

Figure 7 shows the evolution of ΔMC in barrel B1 over hydration time when completely filled with water. The moisture content shows a high correlation with hydration time (R² = 0.986) through a derivation of the Lucas-Washburn equation (Fries & Dreyer, 2008; Zhmud et al., 2000) which originally described the penetration depth

\[
\Delta MC(t) = \frac{a}{b} \left(1 - e^{-bt^2}\right)
\]

where:
- \(a = 32 \pm 6\)
- \(b = 3.5 \pm 0.7\)
- \(R^2 = 0.986\)

**FIGURE 7.** Evolution of the relative moisture content (ΔMC) over hydration time when barrel B1 was completely filled with water.

**FIGURE 8.** Evolution of the barrel OTR (µg/L.day) during aging over time since filling.
of water according to the time in porous media by capillarity. In accordance with the latest (at the time of writing) results in the literature (Roussey et al., 2021), this result confirm that barrels need around 20 to 40 days to enter into a pseudo steady state in terms of moisture content, and as a consequence, in terms of OTR.

5. Total dissolved oxygen intake

In order to evaluate the annual dissolved oxygen intake using the new method described in this study, an example is given of a calculation based on the results obtained from Barrel 1. By using the results obtained from Figures 5 and 6, it is possible to calculate the diffusion coefficient according to the time since filling. This coefficient can be used to evaluate an OTR in mg/L.day (eq. 6) through the barrel during wine aging.

When applying the trapezoidal rule, an integration of the curve representing this OTR over time since filling (Figure 8) results in a total OTR of 11.4 mg/L per year. Moreover, if the volume of air contained in wood pores is assumed to be completely desorbed in the wine as it impregnates the barrel, the amount of desorbed oxygen per litre of wine (m_{O2/L}) after barrel filling can be calculated as follows:

$$m_{O2/L} = \frac{\Delta MC \cdot m_{barrel} \cdot M_{O2} \cdot \varphi \cdot P_{O2\text{air}}}{\rho \cdot V_b \cdot R \cdot T}$$

where m_{barrel} is the mass of the barrel, \(\varphi\) the wood porosity, \(M_{O2}\) the molar mass of molecular oxygen, \(P_{O2\text{air}}\) the partial pressure of oxygen in the atmosphere, \(\rho\) the density of wine, \(V_b\) the volume of wine in the barrel, \(R\) the ideal gas constant and \(T\) the temperature. Under the experimental conditions of the present study, barrel B1 (with a theoretical porosity of 0.6 and a \(\Delta MC\) of up to 4 kg, and under atmospheric pressure at 15°C) desorbed a maximum of 3 mg of oxygen per litre of wine around 30 days after barrel filling. Taking into account the calculated OTR and the estimated amount of oxygen desorbed from the wood pores, the total intake of oxygen can be estimated as being 14.4 mg/L during the first year. This means that around 21% of the oxygen is released as a result of wood porosity. Similar results have recently been observed by Prat-Garcia et al. (2020) with an average dissolved oxygen release of 1.3 to 1.8 mg/L via wood porosity nine days after barrel filling, and an average OTR of 14.4 mg/L per year for commercial barrels, leading to a total intake of 16 mg/L of oxygen in the first year.

CONCLUSIONS

Possessing knowledge of oak barrels OTR is essential for winemakers and researchers. Using insights into membrane science, a new method for measuring the OTR was developed based on the analysis of gaseous oxygen concentration in the atmosphere surrounding a barrel in a hermetic tank. Fick's law was used to determine the diffusion coefficient of entire oak barrels. A very high correlation between this coefficient and the wood moisture content (weight variation) was observed. This model could allow the total amount of oxygen transferred to the wine at any time to be estimated by simply knowing the initial parameters of the barrel (its diffusion coefficient and weight at delivery) and the time since barrel filling. In addition, the application of vapor for preparing new barrels prior to first-time use has an impact on the diffusion coefficient; the data shows that by following this vapour protocol, time and water can be saved during the barrel preparation step, thus contributing to improved oxygen management during maturation and, ultimately, better sensory quality control.

Acknowledgements: The authors would like to thank BPI France, Region Nouvelle Aquitaine, for its financial support.

REFERENCES

Boidron, J.-N., Chatonnet, P., & Pons, M. (1988). Influence du bois sur certaines substances odorantes des vins. OENO One, 22(4), 275. https://doi.org/10.20870/oeno-one.1988.22.4.1263

Chatonnet, P., & Dubourdieu, D. (1998). Identification of substances responsible for the 'sawdust' aroma in oak wood. Journal of the Science of Food and Agriculture, 76(2), 179–188. https://doi.org/10.1002/(SICI)1097-0010(199802)76:2<179::AID-JSFA924>3.0.CO;2-6

del Alamo-Sanza, M., Cárcel, L. M., & Nevares, I. (2017). Characterization of the Oxygen Transmission Rate of Oak Wood Species Used in Cooperage. Journal of Agricultural and Food Chemistry, 65(3), 648–655. https://doi.org/10.1021/acs.jafc.6b05188

del Alamo-Sanza, M., & Nevares, I. (2014). Recent Advances in the Evaluation of the Oxygen Transfer Rate in Oak Barrels. Journal of Agricultural and Food Chemistry, 62(35), 8892–8899. https://doi.org/10.1021/jf502333d

Devatine, A., Chiciuc, I., Poupot, C., & Mietton-Peuchot, M. (2007). Micro-oxygenation of wine in presence of dissolved carbon dioxide. Chemical Engineering Science, 62(17), 4579–4588. https://doi.org/10.1016/j.ces.2007.05.031

© 2021 International Viticulture and Enology Society - IVES
Diaz-Maroto, I. J., & Tahir, S. (2019). Test of wood properties in oak trees (Quercus robur L., Quercus petraea (matts) liebl. and Quercus pyrenaica willd.) For wine aging. Part III: porosity versus void ratio. Wood research, 64(5), 833–846.

Fonseca, A. L., Brazinha, C., Pereira, H., Crespo, J. G., & Teodoro, O. M. N. D. (2013). Permeability of Cork for Water and Ethanol. Journal of Agricultural and Food Chemistry, 61(40), 9672–9679. https://doi.org/10.1021/jf4015729

Fries, N., & Dreyer, M. (2008). An analytic solution of capillary rise restrained by gravity. Journal of Colloid and Interface Science, 320(1), 259–263. https://doi.org/10.1016/j.jcis.2008.01.009

Frolov-Bagreev, A. M., & Agabal’iants, G. G. (1951). Chemistry of Wine (transl. from "Khimiia vina")

García-Estévez, I., Alcalde-Eon, C., Martínez-Gil, A. M., Rivas-Gonzalo, J. C., Escribano-Bailón, M. T., Nevares, I., & del Alamo-Sanza, M. (2017). An Approach to the Study of the Interactions between Ellagitannins and Oxygen during Oak Wood Aging. Journal of Agricultural and Food Chemistry, 65(31), 6369–6378. https://doi.org/10.1021/acs.jafc.7b02080

Karbowiak, T., Gougeon, R. D., Alinc, J.-B., Brachais, L., Debeaufort, F., Voilley, A., & Chassagne, D. (2010). Wine oxidation and the role of cork. Critical Reviews in Food Science and Nutrition, 50(1), 20–52. https://doi.org/10.1080/10408398.2010.526854

Kelly, M., and Wollan, D. (2003). Micro-oxidation of wine in barrels. The Australian and New Zealand Grapegrower & Winemaker, 473a, 29–32.

Marchal, A., Prida, A., & Dubourdieu, D. (2016). New Approach for Differentiating Sessile and Pedunculate Oak: Development of a LC-HRMS Method to Quantitate Triterpenoids in Wood. Journal of Agricultural and Food Chemistry, 64(3), 618–626. https://doi.org/10.1021/acs.jafc.5b05056

Martínez-Martínez, V., del Alamo-Sanza, M., & Nevares, I. (2019). Application of image analysis and artificial neural networks to the prediction in-line of OTR in oak wood planks for cooperage. Materials & Design, 181, 107979. https://doi.org/10.1016/j.matdes.2019.107979

Michel, J., Albertin, W., Jourdes, M., Le Floch, A., Giordanengo, T., Mourey, N., & Teissedre, P.-L. (2016). Variations in oxygen and ellagitannins, and organoleptic properties of red wine aged in French oak barrels classified by a near infrared system. Food Chemistry, 204, 381–390. https://doi.org/10.1016/j.foodchem.2016.02.129

Michel, J., Jourdes, M., Silva, M. A., Giordanengo, T., Mourey, N., & Teissedre, P.-L. (2011). Impact of Concentration of Ellagitannins in Oak Wood on Their Levels and Organoleptic Influence in Red Wine. Journal of Agricultural and Food Chemistry, 59(10), 5677–5683. https://doi.org/10.1021/jf200275w

Nevares, I., Crespo, R., Gonzalez, C., & del Alamo-Sanza, M. (2014). Imaging of oxygen transmission in the oak wood of wine barrels using optical sensors and a colour camera: Oak wood barrel permeability by oxygen imaging. Australian Journal of Grape and Wine Research, 20(3), 353–360. https://doi.org/10.1111/ajgw.12104

Pascual, O., Vignault, A., Gombau, J., Navarro, M., Gómez-Alonso, S., García-Romero, E., Canals, J. M., Hermosín-Gutiérrez, I., Teissedre, P.-L., & Zamora, F. (2017). Oxygen consumption rates by different oenological tannins in a model wine solution. Food Chemistry, 234, 26–32. https://doi.org/10.1016/j.foodchem.2017.04.148

Plötze, M., & Niemz, P. (2011). Porosity and pore size distribution of different wood types as determined by mercury intrusion porosimetry. European Journal of Wood and Wood Products, 69(4), 649–657. https://doi.org/10.1007/s00107-010-0504-0

Pons, A., Prida, A., Verdier, B., Darriet, P., & Dubourdieu, D. (2014). Étude de la contribution des morceaux de bois de chêne à l’apport d’oxygène dans les vins au cours de l’élevage sous-bois de chêne. Revue des Œnologues., 153, 45-48.

Prat-García, S., Nevares, I., Martínez-Martínez, V., & del Alamo-Sanza, M. (2020). Customized oxygenation barrels as a new strategy for controlled wine aging. Food Research International (Ottawa, Ont.), 131, 108982. https://doi.org/10.1016/j.foodres.2020.108982

Prida, A., & Chatonnet, P. (2010). Impact of Oak-Derived Compounds on the Olfactory Perception of Barrel-Aged Wines. 6.

Qiu, Y. (2015). Phénomènes de transfert d’oxygène à travers la barrique. Thèse, Université de Bordeaux.

Qiu, Y., Lacampagne, S., Mirabel, M., Mietton-Puchot, M., & Ghidossi, R. (2018). Oxygen desorption and oxygen transfer through oak staves and oak stave gaps: An innovative permeameter. OENO One, 52(1). https://doi.org/10.20870/oeno-one.2018.52.1.909

Ribéreau-Gayon, J. (1933). Contribution à l’étude des oxydations et réductions dans les vins. Thèse, Université de Bordeaux.

Roussy, C., Colin, J., Teissier du Cros, R., Casalinho, J., & Perré, P. (2021). In-situ monitoring of wine volume, barrel mass, ullage pressure and dissolved oxygen for a better understanding of wine-barrel-cellar interactions. Journal of Food Engineering, 291, 110233. https://doi.org/10.1016/j.jfoodeng.2020.110233

Ruiz de Adana, M., López, L. M., & Sala, J. M. (2005). A Fickian model for calculating wine losses from oak casks depending on conditions in ageing facilities. Applied Thermal Engineering, 25(5–6), 709–718. https://doi.org/10.1016/j.applthermaleng.2004.07.021
Shinkaruk, S., Floch, M., Prida, A., Darriet, P., & Pons, A. (2019). Identification of Dialkylpyrazines Off-Flavors in Oak Wood. Journal of Agricultural and Food Chemistry, 67(36), 10137–10144. https://doi.org/10.1021/acs.jafc.9b03185

Singleton, V. L. (1995). Maturation of Wines and Spirits: Comparisons, Facts, and Hypotheses. American Journal of Enology and Viticulture, 46(1), 98–115.

Sorz, J., & Hietz, P. (2006). Gas diffusion through wood: Implications for oxygen supply. Trees, 20(1), 34–41. https://doi.org/10.1007/s00468-005-0010-x

Vivas, N., Debèda, H., Vivas de Gaulejac, N., & Nonier, M. (2003). Mise en évidence du passage de l’oxygène au travers des douelles constituant les barriques par l’utilisation d’un dispositif original de mesure de la porosité du bois. Premiers résultats. Sciences Des Aliments, 23(5–6), 655–678. https://doi.org/10.3166/sda.23.655-678

Vivas, N., & Glories, Y. (1997). Modélisation et calcul du bilan des apports d’oxygène au cours de l’élevage des vins rouges—Les apports liés au passage d’oxygène au travers de la barrique. Progrès Agricole et Viticole, 114, 315–316.

Zhmud, B. V., Tiberg, F., & Hallstensson, K. (2000). Dynamics of Capillary Rise. Journal of Colloid and Interface Science, 228(2), 263–269. https://doi.org/10.1006/jcis.2000.6951

This article is published under the Creative Commons licence (CC BY 4.0). Use of all or part of the content of this article must mention the authors, the year of publication, the title, the name of the journal, the volume, the pages and the DOI in compliance with the information given above.